The effect of tire rubber particles on the mechanical and physical properties of polyester

K F Abo Elenien¹, N A Azab², G Bassioni³ and M H Abdellatif⁴
¹ PhD student, Faculty of Engineering, Ain Shams University
² Associate Professor, Faculty of Engineering, Ain Shams University
³ Professor, Chemistry Departments, Faculty of Engineering, Ain Shams University
⁴ Professor, Faculty of Engineering, Ain Shams University
Eng.karimfathy@gmail.com

Abstract. In this work, a novel composite of polyester with rubber particles -obtained from recycled wasted car tires -was developed. Worn tires generate a large amount of wastes that do not derogate resulting in environmental problems. This has the advantage of producing useful product that is economical and eco-friendly. The effect of the volume fraction of the rubber particles in the composites on the physical and mechanical properties of the composites was studied. Varying the volume fraction from 0-60% resulted in an increase in the impact properties. The addition of rubber particles had also the effect of reducing the density of the composites which is a desirable property.

1. Introduction

1.1. Solid waste management
Solid waste management is one of the most significant issues now a days. Waste tires are one of the top issues as they do not derogate resulting in environmental problems. Consumption of rubber was 26.166 ton in 2012[1]. This material is used to produce many products mainly tires [2]. In USA 300,000,000 tires are turned to scrap tires annually, some are used as a fuel in ovens for about 40 % of the scrap tires, some are shredded and ground into particles which is about 26 % of the scrap tires, the rest are in landfills or used in some civil applications [3]. Waste tire rubber is representing a big part in waste disposal. This is considered as a huge problem in all over the world. In USA and Japan, they have a high environmental standard that lead to the need to dispose the waste tire rubber in an efficient way. Many countries now are developing and putting law to face the environmental hazards resulting from wastes and on the top of that is the waste tire rubber. USA and Japan were the leaders to put the laws in place to face these issues. That makes them now the leaders in waste tires recycling [4]. As for now the way to dispose the waste tire rubber in landfills is not accepted anymore because the landfills sites are now fully occupied [5, 6]. European union direction now is to implement a time schedule to solve this problem, so new disposal ways for waste tire rubber is an urgent need to face this huge waste problems [7].Also, the waste tire rubber is used as a fuel in cement factories, as a source of carbon black, and a source to create reefs in marine[9, 10]. In order to use it as a fuel it is technically
applicable but economically expensive, as to get the carbon black from the tires, they need shredding and grinding process which is costly, even to get it from pyrolysis is more costly and produces lower quality compared to normal producing from petroleum [11, 12]. For civil engineering applications the waste tires are cut and shredded to be used in leachate landfills in dams. Also, it is used as a filler and modifier in asphalt mixture and as an additive in cement [13, 14]. Several research efforts were directed during the last decades to develop composite materials. While some of these composites had metal matrices [15,16], some others had ceramic or polymeric matrices [16-20]. The reinforcing phase varied from synthetic to natural fibers or particles. In this work, waste rubber tire particles are inserted into polymeric matrix to develop a novel composite material that can have useful engineering applications [21].

Waste tire rubber

Tires are fundamental things in vehicles that forms the point of contact between wheel and the road. They provide the friction between wheel and road so that they can accelerate and brake and provide proper handling and in order to do this tire had to withstand wear, tear and impact [22]. Tires are manufactured from vulcanized rubber, natural rubber, synthetic rubber, fiber and steel wires. The two major components used in the manufacturing of tires are natural rubber and synthetic rubber [23]. By analyzing rubber, it is a high molecular weight, amorphous polymeric material. As per application the manufacturing of rubber differs according to the properties needed. Car tire is consisting of 58.6 wt.% rubber, 29.2 wt.% carbon black, 2.9 wt.% zinc, 1.8 wt.% stearic acid, 1.2 % sulfur, 5.85 % extending oil, and 0.4 wt.% accelerators [18]. Rubber can be oxidized in the amorphous regions. Attacking the tire by chemicals and microbes can results in decreasing in the mechanical properties and decreasing the working life of tire [24]. Natural rubber is sticky in nature and can be deformed under heat and can be turned to brittle when cooled under glass transition temperature. As a raw material it cannot be used to have products with needed elasticity, and this is because un-vulcanized rubber is consisting of long chains that can move independently. The vulcanization process is done by adding Sulphur, cross linking is formed and that results in the elasticity which means that by applying stress, deformation happens and when remove stress, the rubber goes back to its initial [25].

Many ways are now used for reuse, recycle and reclaim of waste tires such as retreading [2]. In engineering applications, the ground tire rubber is used in civil engineering, asphalt, cement and composites. The waste tire rubber particle is used in composite mixtures.

1.2. Waste tire rubber in polymer blends

Waste tire rubber can be recycled by using them in polymeric composites. Polymeric composites can be divided into two types; thermoset and thermoplastic rubber composites. Waste tire rubber could be blended with the two types to obtain blends. The market use of polymers is huge, only 10 wt.% of waste tire rubber is blended with polymers, particularly thermo plastic [26]. Thermoset and thermoplastic can use these waste tire rubber as a filler in form of particles to increase the toughness and to reduce the cost of final product.

Polyethylene, Polypropylene and polyvinyl chloride are the most used in composites materials due to their competitive cost and easy blending processing. These composites are done to have thermoplastic elastomer composite to be a solution to utilize the waste tire rubber in thermoplastics. There are many factors that affect the mechanical properties as the influence of particle size of waste tire rubber. Particle size of waste tire rubber has a noticeable effect on the mechanical properties, also the properties may vary according to the processing as injection molding or pressurized molding. Ismail et al. [27] reported that particle size <500 µm has better mechanical properties compared to bigger size. Colom et al. [28] reported a decrease in tensile strength at 20 wt.% Waste tires rubber containing HDPE blend with <200 µm particle size whereas when bigger particle size (>500 µm) was used the decrease was 51%. Same results were noted by Mujal-Rosas et al. [29] in their study, they used three different particle sizes (<200, 200–500, >500 µm). Sonnier et al. [30] also used three different waste tire rubber particle sizes which were all >500 µm and did not results in significant
effect of particle size on the mechanical properties. Tantayanon and Juikham [31] reported the impact strength of PP/Waste tire rubber blend comprising 420 µm, 1.2 mm and 2.4 mm sized particles and found only the smallest particle size results in an tangible improvement in impact strength (20%) whereas the other two bigger particle size composites results in only slight improvement.

Tensile properties generally decrease with addition of waste tire rubber. This was accompanied with poor adhesion between waste tire rubber and polymer matrix at interface. Poor interface results in high interfacial tension, making the waste tire rubber particles agglomerate and creating voids around waste tire rubber. Clear indication of lack of interfacial adhesion can be concluded from the easy removal of waste tire rubber particle from the polymer. Colom et al. [28] observe a decrease in tensile modulus of approximate 25% when only 20 wt.% Waste tire rubber was added to HDPE. Recycled HDPE/ Waste tire rubber blends properties were studied by Sonnier et al. [32] and they observe all tensile properties decrease considerably with increasing Waste tire rubber content. At 50 wt.% GTR content, tensile properties showed decrease of 40–80%. Study using PP/ Waste tire rubber also showed similar pattern where the tensile modulus decreased by 20% at 30 wt.% Waste tire rubber loading [27].

2. Methodology

2.1. Materials
Polyester were supplied by SUNPOL with density 1.2 gm/cm3, Recycled rubber particles were supplied by HOPPEC Company, the used average rubber particle size is 2.5 mm of density 0.4 gm/cm³.

2.2. Composite preparation
Polyester/ rubber particles composite is prepared as follows:

1. Calculate volume required for sample size
2. Divide the volume calculated according to the required volume fraction for rubber and polyester.
3. Polyester is mixed with waste tire rubber particles and stirred till homogeneity at Room Temperature.
4. Hardener is added at 2.5 wt.% to the mixture and stirred for 2 min
5. The mixture is placed in a vacuum chamber for 5 min at -0.8 bar.
6. The mixture is poured in a silicon rubber mold with required sample size

2.3. Physical testing.
Density tests were conducted on Aczet CY (0.1 mg & 0.001ct) as shown in Figure 1 according to standard ASTM D792-00 to measure the density of the waste tire rubber particles, polyester and the composite. Samples of density were prepared with the dimensions as shown in Figure 2

![Figure 1 Aczet CY (0.1 mg & 0.001ct)](image-url)
2.4. Mechanical testing

Tensile tests were conducted on LLOYD universal testing machine-30 ton according to ASTM D 3039/D 3039M – 00 as shown in Figure 3, with crosshead speed 5 mm/min in order to determine the ultimate and yield tensile strength. Impact tests are carried according to ASTM D 6110-04 using XJJU-5.5/50J Izod & Charpy Impact Tester as shown in Figure 4.

Figure 2 Density sample size

Figure 3. Tension Test sample size

Figure 4 Impact sample size
2.5. Scanning electron microscopy
The fracture surface of the specimens that underwent impact test was studied to assess the mechanical adhesion and the interface of rubber particles with the polymer in the composite. Field emission scanning electron microscope Leo Supra 55 was used.

3. Results and discussion

3.1. Physical properties
The effect of the waste tire rubber particles size on the density of the Polyester composites is shown in Figure 5. The density decreases as the vol% of waste tire rubber particles increases because of the lower density of the waste tire rubber particles than that of polyester, and this agrees with what was mentioned in Scrap Tires - Material Description [33]. The theoretical density was calculated using simple mixture rule and compared to the practical measured density. It was observed that there is an error gap between theoretical density and practical measured one, this error is increasing with the increase of waste tire rubber vol.%. The error is stabilized from and after 50 vol.% as shown in Figure 5.

![Figure 5](image)

**Figure 5.** Theoretical density vs Practical density of waste tire rubber particles polyester composite.

3.2. Mechanical properties
3-2-1 Tensile Test
Some mechanical properties of composite material composite are obtained as shown in Figure 6 to Figure 11 typical stress strain curve shows the decrease of strain rate up to failure with the increase of waste tire rubber vol% as shown in Figure 6.

The stress strain curve shows that the ultimate tensile strength decreases with the increase of waste tire rubber vol.%, and this is expected to be due to the lower strength of rubber particles compared to polyester.

Area under stress-strain curve which is known as the toughness was calculated. The toughness of the composite decreases with the increase of waste tire rubber vol.%, yield tensile strength was also obtained from tension test as shown in Figure 7. Yield strength decreases up to 5 vol.% of waste tire rubber particles. However, it shows an increase compared to the value of yield strength for 0 vol.% at 10 vol.% of waste tire rubber particles. This can be explained as up to 10 vol.%, the rubber particles act as a barrier that block the crack propagation and act as a reinforcement particle inside the matrix. Yield strength decreases with the increase of waste tire rubber particles after the 10 vol.% and up to 60 vol.% and this can be explained as the vol.% of particles increases the agglomeration of particles-so, particle to particle contact effect, is more than the effect of stopping the crack propagation that leads to decrease in yield strength and this is can be verified with SEM as shown in Figure 12 and Figure 14.
The ultimate tensile strength decreases with the increase of waste tire rubber particles vol.% as shown in Figure 8, and this can be due to the form of the rubber as ductile particles can’t stand tensile stress unlike fibers.

The toughness was calculated from the area under curve of stress-strain. The toughness decreases with the increase of waste tire rubber particles vol.% as shown in Figure 9 with agreement with previous researches [34]. This is due to the decrease both of ultimate tensile strength and strain to fracture.

The strain up to yield was measured and calculated from the stress-strain curve. The strain up to yield increase with the increase of waste tire rubber particles vol.% up to 10 vol%. After 10 vol% the strain up to yield decrease with the increase of waste tire rubber particles vol.% as shown in Figure 10, and this can be explained as in the phase of elastic deformation the matrix transfer the load to the rubber particle in which the particle has already high stain property but when the load goes beyond to the elastic phase the load transfer and cracks increase by amount more than that the rubber can absorb inside the matrix and crack propagation cannot be any more stopped by rubber particles.

3-2-2 Impact test

Impact strength was obtained from Charpy impact test and the results are shown in Figure 11. The specific impact strength is calculated by dividing impact value by density value. The impact strength decreases with the increase of waste tire rubber particles up to 10 vol%, with agreement with previous research [17],[344],[35]. then the impact strength starts to increase with the increase of waste tire rubber vol.% till reach the highest at 50 vol.%, and this may be explained by the high impact properties of waste tire rubber as this is the main property that tire rubber was manufactured for. The impact strength after 50 vol.% decreases with the increase of waste tire rubber particles vol.% as shown in Figure 11, and this can be explained from the agglomeration and particle to particle contact [36].

![Figure 6](image_url)

**Figure 6.** Typical Stress-Strain of waste tire rubber particles polyester composite.
Figure 7. Yield strength vs waste tire rubber particles polyester composite vol.%.

Figure 8. Ultimate tensile strength vs waste tire rubber particles polyester composite vol.%.

Figure 9. Toughness vs waste tire rubber particles polyester composite vol.%.
Figure 10. Strain up to Yield vs waste tire rubber particles polyester composite vol.\%.

Figure 11. Specific impact strength vs waste tire rubber particles polyester composite vol.\%. -cost saving % vs waste tire rubber particles polyester composite vol.\%.

3.3. Morphology
SEM micrographs of impact fractured surface of polyester waste tire rubber particles composites are shown in Figure 12 to Figure 14. The surfaces of samples were gold sputtered and then examined under the SEM. The surface of waste tire rubber particles is fractured which confirms the contribution of particle in the impact fracture test as shown in Figure 12. There were cracks in matrix, debonding between matrix and particle. On the surface there are tearing in rubber particle. This morphology shows the weak adhesion between the waste tire rubber particle and the polyester resin as shown in Figure 12 with magnification 30X. and agrees with previous researcher [17].the particle surface was examined by SEM Figure 13 with magnification 422X and this shows that the particle is smooth and this may be the reason of the debonding and to increase the bonding surface of rubber need to be treated so the surface can have more roughness to bond and increase the interfacial forces between rubber and matrix. For 60 vol.% of waste tire rubber particles, a particle to particle contact is observed as shown in Figure 14.
4. Conclusions
In this study, the following can be concluded;
The developed rubber composite present a considerable improvement in its Mechanical Properties. The Impact strength increased by 23% at 50 vol.% of waste tire rubber particles while the yield strength and strain up to yield increased by 10% and 63% at 10 vol.% of waste tire rubber particles respectively. Moreover, the developed composites became lighter with a density decrease with the increase of waste tire rubber particles vol.% which is a desirable property. On the other hand, the
ultimate tensile strength decreased with the increase of waste tire rubber particles vol%. These results were also verified using field emission scanning electron microscope.

References

[1] International Rubber Study Group 2011. http://www.rubberstudy.com/welcome
[2] Karger-Kocsis J, Mészáros L and Bárány T 2013 Ground tyre rubber (GTR) in thermoplastics, thermosets, and rubbers Journal of Materials Science 48(1) pp 1-38.
[3] US scrap tire management summary 2005–2009 2013 (Washington: Rubber Manufacturers Association)
[4] The recycling industry: a global view 2003. http://www.irevna.com/pdf/Industry%20report.pdf. Accessed 15 February 2014
[5] Nehdi M and Khan A 2001 Cementitious composites containing recycled tire rubber: an overview of engineering properties and potential applications. Cement, concrete and aggregates 23(1) pp.3-10.
[6] Meyer, C 2009 The greening of the concrete industry Cement and concrete composites 31(8), pp.601-605.
[7] Reschner K 2008 Scrap tire recycling. A summary of prevalent disposal and recycling methods (Berlin :Entire-Engineering).
[8] Tantala MW, Lepore JA and Zandi I 1996 Quasi-elastic behavior of rubber included concrete 12th international conference on solid waste technology and management, Philadelphia, PA
[9] Siddique R and Naik TR 2004 Properties of concrete containing scrap-tire rubber—an overview Waste Manag. 24:563–569. doi:10.1016/j.wasman.2004.01.006
[10] Ye, Z G , Kong X M , Yu J Y and Wei L Q 2003 Microstructure and properties of desulfurized crumb rubber modified bitumen Journal of Wuhan University of Technology-Materials Science Ed. 18(1), pp.83-85.
[11] Paul J 1985 Encyclopedia of polymer science and engineering (Newyork: John Wiley & Sons, Inc.) 14:787–802
[12] Siddique R 2008 Waste materials and by-products in concrete (Berlin: Springer)
[13] Sunthonpagasit N and Duffey MR 2004 Scrap tires to crumb rubber: feasibility analysis for processing facilities Resour Conser Recycl 40:281–299.doi:10.1016/S0921-3449(03)000739
[14] Shu X and Huang B 2014 Recycling of waste tire rubber in asphalt and portland cement concrete: An overview Construction and Building Materials 67, pp.217-224.
[15] Zhu K, and Schmauder S 2003 Prediction of the failure properties of short fiber reinforced composites with metal and polymer matrix Computational Materials Science 28(3-4) pp 743-748.
[16] Serena PA et al. 2019 Manufacturing of a metal matrix composite coating on a polymer matrix composite through cold gas dynamic spray technique Journal of Materials Engineering and Performance 28(6) pp 3211-3219.
[17] Elenien K F A , Abdel-Wahab A , ElGamsy R and Abdellati M H 2018 Assessment of the properties of PP composite with addition of recycled tire rubber Ain Shams Engineering Journal 9(4) pp.3271-3276.
[18] Awad A H and Abdellatif M H 2019 Assessment of mechanical and physical properties of LDPE reinforced with marble dust Composites Part B: Engineering173 p.106948.
[19] Yousri O M , Abdellatif M H and Bassioni G 2018 Effect of Al2O3 Nanoparticles on the Mechanical and Physical Properties of Epoxy Composite Arabian Journal for science and engineering 43(3),pp.1511-1517
[20] Awad A H , El-gamsy R , El-Wahab A A A and Abdellatif M H 2019 Mechanical behavior of PP reinforced with marble dust Construction and Building Materials 228, p.116766.
[21] Diaconescu RM, Barbuta M, Harja M 2013 Prediction of properties of polymer concrete
composite with tire rubber using neural networks. *Mater Sci Eng B* **178** pp 1259–1267. doi:10.1016/j.mseb.2013.01.014

[22] Suparat T 2013 *Waste tyre management in Thailand: a materialflow analysis approach* (Thailand: Asian Institute of Technology PH.D Dissertation)

[23] Nakao Y, Yamamoto K 2002 Waste tire and its collection systems *Nippon Steel technical report* no. 86

[24] Huynh H, Raghavan D 1997 Durability of simulated shredded rubber tire in highly alkaline environments. *Adv Cem Bas Mater* **6** pp 138–143. doi:10.1016/S1065-7355(97)90021-3

[25] Lo Presti D 2013 Recycled tyre rubber modified bitumens for road asphalt mixtures: a literature review. *Con Build Mat* **49** pp 863–881. doi:10.1016/j.conbuildmat.2013.09.007

[26] Jana G K and Das C K 2005 Devulcanization of natural rubber vulcanizates by mechanochemical process. *Polym – Plast Technol Eng* **44** pp 1399–412.

[27] Ismail H, Awang M and Hazizan M 2006 Effect of waste tire dust (WTD) size on the mechanical and morphological properties of polypropylene/waste tire dust (PP/WTD) blends *Polym – Plast. Technol Eng*. **45** pp 463–8.

[28] Colom X, Cañavate J, Carrillo F and Suñol JJ 2009 Effect of the particle size and acid pretreatments on compatibility and properties of recycled HDPE plastic bottles filled with ground tyre powder. *J. Appl. Polym. Sci.* **112** pp 1882–90.

[29] Mujal-Rosas R, Orrit-Prat J, Ramis-Juan X, Marin-Genesca M and Rahhali A 2011 Study on dielectric, thermal, and mechanical properties of the ethylene vinyl acetate reinforced with ground tire rubber. *J. Reinf. Plast. Compos.* **30** pp 581–92.

[30] Sonnier R, Leroy E, Clerc L, Bergeret A, Lopez-Cuesta J 2007 Polyethylene/ground tyre rubber blends: influence of particle morphology and oxidation on mechanical properties *Polym Testing* **26** pp 274–81.

[31] Tantayanon S and Juikham S 2004 Enhanced toughening of poly(propylene) with reclaimed-tire rubber. *J. Appl. Polym. Sci.* **91** pp 510–5.

[32] Sonnier R, Leroy E, Clerc L, Bergeret A and Lopez-Cuesta J M 2006 Compatibilisation of polyethylene/ground tyre rubber blends by c irradiation. *Polym. Degrad. Stab.* **91** pp 2375–9.

[33] Scrap Tires - Material Description - User Guidelines for Waste and Byproduct Materials in Pavement Construction 2019 (US Federal Highway Administration Research and Technology FHWA-RD-97-148 27/7/2019)

[34] Abo-El-Enin K F, Abdelwahab A, Abdellatif M H and El-Gamasy R 2016 PP Reinforced With Recycled and Treated Rubber Particles. *International Journal of Mechanical and Production Engineering (IJMPE)* **4** Issue-8 pp 84-88.

[35] Mousa B H, Abdel-Wahab A, El-Gamasy R and Abdel Latif M H 2016 Mechanical Behaviour of H2SO4 Treated Tire Rubber- HDPE Composites *International Journal of Mechanical and Production Engineering (IJMPE)* **4** Issue-9 pp. 67-70.

[36] Mousa B H and Abdel-Latif M H 2019 Mechanical behaviour of rubber hybrid composites. *IOP Conference Series: Materials Science and Engineering* **610** No. 1. IOP Publishing.

**Acknowledgement**

This paper and the research behind it would not have been possible without the exceptional support of my supervisor, Mohamed Hazem Abdellatif, Nahid Azab, Ghada Basinoi. I would express my sincere regards to my colleague Bassant Hany Mousa.